The development of technology has increased the need for composite materials, where the technology of composite materials with natural fiber reinforcement is growing. The existence of natural fiber is very abundant, and it has not been fully utilized. Until now, the use of coconut fiber was still limited to the furniture and household handicraft industries. Coconut coir fiber has the potential as a raw material for composite materials. The lack of strength of the bonds is due to the hydrophobic fiber, and the fiber surface is less rough, and dirty. This study evaluates the core surface characteristic of the fiber and its bonding with the polyester matrix after being treated by limestone water. The scanning electron microscope was used for observing fiber surfaces and surface matrix. The wettability test to observe fiber surface energy was performed. Interface shear strength to evaluate the bonds between fibers and matrix was determined. Coconut coir fibers were immersed in limestone water, with a 5% percentage of limestone and time variations of 0, 4, 8, 12, 16, and 20 hours. The scanning microscope electron observations of fibers show that the fiber surface tends to be clean, rough, and grooved. The highest surface energy was obtained at 40.74 mN/m during the limestone water immersion for 8 hours. The highest value of the interface shear strength between the fiber and the matrix is 3.80 MPa during 8-hour immersion, 0, 4, 12, 16, and 20-hour immersion, respectively, 3.02, 3.09, 3.52, 3.47, and 4.40 MPa. The results showed that coconut fiber with limestone water immersion for 8 hours had a clean, rough, and grooved surface so that the bond between the fiber and matrix was better. This research shows that limestone water can be used as a fiber treatment medium which was natural.

Keywords: limestone, coconut fiber, immersion, surface fiber, wettability, interface shear strength
Therefore, studies devoted to determining the effect of limestone water immersion on the properties of coconut fiber are of scientific relevance.

2. Literature review and problem statement

The mechanical properties of the composite material are influenced by several factors, including bonding with the matrix. The bond between the fibers and the matrix is influenced by several factors, including the type of matrix, the type of fiber (fiber content and fiber surface). Several studies have used natural ingredients (sea water) and chemical sodium hydroxide (NaOH) and aminomethylaminopropyl tri-methoxy silane (AAMS) as fiber processing media.

The main content of coconut fibers is cellulose, hemicellulose, and lignin. The strength or ductility of the composite can be obtained by increasing the bond between the fiber surface and the matrix. Composite properties are determined by the compatibility of natural fibers with the matrix. Natural fibers have hydrophilic properties, the surface of natural fibers also has impurities and other substances that can affect the strength of the fiber bond with the matrix. Treatment of natural fibers with chemicals with NaOH for 3 hours with a concentration of 5, 10, 15, and 20% resulted in a rough fiber surface, decreased crystallinity index and increased bonding between fibers and matrices [8].

Increasing the mechanical properties of natural fibers in the manufacture of composites, alkaline treatment and heat treatment of kenaf fiber were carried out. Compared with other heat treatment temperatures, the tensile strength of kenaf fiber at 140 °C reaches the maximum value, which can be attributed to the increase in the crystallinity index of the fiber after heat treatment. The results showed that the fracture strain treated with alkaline was better. The treatment then causes a decrease in the crystallinity and loosely bound structure of the fibers. This treatment results in a higher elongation at break in the treated fiber [9].

Treatment of elephant fiber with NaOH solution (weight fraction composition of 2% and 5%). The elephant grass fibers were analyzed by chemical methods, FTIR, and 13 C NMR solid-state. NaOH solution and the effect of alkaline treatment on the composition and structure of the fibers were studied. The alkaline treatment removes the amorphous hemicellulose component from the fiber to a greater extent. Fiber morphology before and after alkaline treatment was observed by a scanning electron microscope. The fibers become thin with a rough surface, and the cell structure collapses after the alkaline treatment and shows higher tensile properties [10].

Cellulose fibers have significant importance and potential for polymer reinforcement. It was very important to modify the fiber surface to get an excellent fiber-matrix interface. Surface treatment can increase the surface roughness of the fibers, change their chemical composition, and introduce new parts that can effectively interlock with the matrix, resulting in good mechanical properties of the composites. This was mainly due to the increased adhesion of the fiber matrix. The treatment can also reduce the water absorption rate by converting the hydroxyl groups on the fiber surface into other functional groups. Chemical modification of the surface of the regenerated cellulose fibers of the lyocell type was carried out by alkaline and silane treatment, which significantly changed the properties of the lyocell fibers. Three parameters were considered when fiber surface treatment was performed: concentration (2–15 wt%), temperature (25 °C and 50 °C) and time (30 min–72 hours). Fourier transform infrared spectroscopy, and spectroscopy were used for chemical analysis and qualitative analysis of cellulose crystallinity due to surface treatment. The mechanical strength of the fiber is tested by a tensile test. Mass reduction, moisture recovery and fiber measurements were carried out before and after treatment, which showed significant changes in fiber properties during treatment. The fiber heat capacity is measured for untreated and treated fibers, and the thermal degradation of the fibers was checked for fiber stability at high temperatures. The increased wetness and surface energy were measured by the dynamic contact angle method on three wetting media. Scanning electron microscopy (SEM) was used to study the morphological properties of fibers [11].

The fiber from the Cissus quadrangular plant and all parts of this plant can be used in many applications. The textile industry uses a lot of plant fibers for various applications obtained from many resources. The advantages of natural fibers were their sustainable supply, easy and safe handling, and their biodegradability. The use of enzymes in the textile industry approves the development of environmentally friendly technologies in fiber processing and tactics to improve the quality of the final product. Natural cellulose fibers were extracted from the Cissus quadrangular plant using an environmentally friendly method (amylase enzyme). Physico-chemical, thermal and mechanical properties of Cissus quadrangular fibers have been reported in this paper. Furthermore, the property of CQSF ensures that CQSF can play a significant role in the material manufacturing industry [12].

Cornhusk fiber has been extracted by the alkalinization process at different alkaline concentrations and treatment times. The effect of extraction process parameters on the physical properties, mechanical properties and thermal resistance characteristics of the corn husk fiber was investigated. The chemical structure of the fibers was studied by measuring infrared spectroscopy. The average length, linear density and moisture content of the extracted fibers decreased with increasing concentration and duration of bases. The breaking force decreases with increasing base concentration. Increasing the treatment duration for all concentration levels increases the breaking force, ductility, and initial modulus up to a point and then decreases it for a longer duration. The highest tensile performance can be obtained from 5–10 g/L of NaOH treatment for 60–90 minutes. Alkalinization under harsher conditions results in higher thermal resistance up to 320 °C with a higher cellulose fraction, but lower resistance above this temperature. FTIR spectrum analysis proved higher cellulose but lower hemicellulose and lignin content under harsher treatment conditions. The marginal effect of the concentration decreases for higher concentrations, which indicates that the sites available for the chemical reaction were occupied at a moderate level of concentration [13].

The effect of chemical immersion treatment on the properties of the cantal fiber and the quality of the bonding interface of the cantal fiber and recycled high-density polyethylene. The cantal fiber was treated by alkaline, silane and a combination of the two. The results showed that the loss of hemicellulose and lignin after alkaline treatment, and the presence of a silane layer on the fiber surface after silane or alkali-silane treatment, increased thermal stability, surface energy, and shear stress. The highest surface energy
of 45.37 mN/m was obtained during the alkaline treatment with a content of 2 % NaOH. Alkali-silane treatment with 0.75 wt % fraction of silane [14].

NaOH treatment on corn husk fiber with (0.5 %, 1 %, 2 %, 5 %, and 8 %) for 2 hours resulted in reduced hemicellulose and lignin and decreased water content. SEM analysis showed the presence of a rough surface and a number of lumens in the fiber bundle. Processed corn fiber shows better mechanical properties than fiberglass [15].

Mendong fiber research to determine morphology, structure, and chemistry. Physical properties of mendong fiber extracted from mendong grass (Fimbristylis globulosa) in the form of raw fibers and processed by chemical compounds including alkalis and functional groups and to evaluate the strength and properties of mendong fibers compared to other natural fibers. Research on mendong fiber shows that the chemical content of mendong fiber is 72.14 % cellulose, 20.2 % hemicellulose, 3.44 % lignin, 4.2 % extractive, and 4.2 %–5.2 % moisture. The mechanical properties of the fiber are of a strong character with a tensile strength of 452 MPa, and a modulus of 17 GPa. The structural properties of mendong fibers include crystallinity, crystal index, microfiber aspect, and crystalline size, which are 70.17 % and 38.6 %, 22.9 %, and 14.3 nm. This fiber has a competitive advantage compared to other fibrous natural fibers and can be further developed as a potential strengthening of polymer matrix composites [16, 17].

The bond between the fiber and the matrix will affect its mechanical properties, where its characteristics involve fiber wetness (wettability). The wettability parameter, among others, is determined by the contact angle formed between the matrix and the fiber surface and the interfacial bonding. The adhesion between the fiber as reinforcement and the matrix greatly affects the mechanical properties of the resulting composite material [18–20]. Shear stress is obtained by modifying the chemical properties of the fiber surface to optimize the adhesion properties between the fiber and matrix [17, 21].

Characterization of pineapple leaf and coconut coir fibers for possible applications in composites. In this study, a shear stress test was carried out to compare the interface adhesion with the epoxy resin of these two fibers which have very different characteristics. The results showed a critical length of 70 % higher for coir fiber compared to pineapple leaf fiber and 3.5 times less interface strength, which indicates stronger adhesion of pineapple leaf fiber with epoxy resin. This can be confirmed by the different morphological aspects, in particular the rougher surface of the pineapple leaf fibers. Mechanical tests were carried out on a composite of coconut fiber and pineapple leaf fibers. The results show a relatively low penetration depth (18.2 mm) for coconut coir with pineapple leaf fiber composite and penetration depth (31.6 mm), both of which are considered efficient according to body protection standards [22].

Some of these papers present the results of research on fiber treatment, and the results show that treatment with chemicals produces fiber surfaces that experience excessive degradation and cause environmental pollution. Several previous studies used natural media for processing natural fibers; these media include seawater, fumigation, and vacuum processes. From several fiber processing media, it is necessary to obtain a fiber processing medium that is readily available and the availability of lots of materials. As a result, there is a need for a treatment that can fresh the line without damaging the cellulose. Natural treatment is needed to maintain the fiber surface and cellulose content.

### 3. The aim and objectives of the study

The aim of the study is to determine the effect of fiber immersion in limestone water on the fiber surface, wettability, and interface shear stress.

To achieve the aim, the following objectives were set:
- to determine the surface morphology of the fiber by using SEM testing;
- to determine the level of fiber wetness by testing the wettability on ASTM D7334 – 08 (2013);
- to determine the shear stress by performing a pull-out with the ASTM D5321/D5321M – 20.

### 4. Materials and methods to study the effect of coconut fiber treatment with limestone water media on the fiber surface, wettability, and interface shear strength

**Materials:**
1. Coconut Fiber.
2. Mendong Fiber, extracted from mendong grass (Fimbristylis globulosa) in the form of raw fibers and processed by chemical compounds including alkalis and functional groups.
3. Limestone water media.
4. Coir fiber, obtained from coconut farmers in Wonogiri Regency, Central Java, Indonesia.

**Methods:**
1. Preparation of the fiber samples: The coconut coir fibers were immersed in limestone water media with different concentrations and soaked for different times (0, 4, 8, 12, 16, and 20 hours).
2. Interface shear strength test: To determine the level of fiber wetness by testing the wettability on ASTM D7334 – 08 (2013).
3. Identification of the surface morphology of the fiber by using SEM testing.

**Table 1: Coconut fiber treatments**

| No. | Notation | Immersion time (hours) | Limestone (wt %) |
|-----|----------|------------------------|------------------|
| 1   | UT       | 0                      | 5                |
| 2   | IT4H     | 4                      | 5                |
| 3   | IT8H     | 8                      | 5                |
| 4   | IT12H    | 12                     | 5                |
| 5   | IT16H    | 16                     | 5                |
| 6   | IT20H    | 20                     | 5                |

**Notation:**
- UT: Untreated specimen;
- IT4H: Immersion time of 4 hours;
- IT8H: Immersion time of 8 hours;
- IT12H: Immersion time of 12 hours;
- IT16H: Immersion time of 16 hours;
- IT20H: Immersion time of 20 hours.

Coconut fiber should be cleaned of meat and other contaminants. Coconut coir fiber in clean conditions and the immersion process of coir fiber can be seen in Fig. 1.

The coconut fibers that have been immersed were washed with distilled water and dried at room temperature. The fiber wettability test was carried out by arranging the fibers in a U profile (10 fibers each). Observations were made using a microscope. The shear strength test was carried out by planting the fibers in the BQTN polyester matrix and then placing the embedded fibers on the cardboard using glue. Observation of the fiber surface was carried out with an electron microscope photo.
Technology organic and inorganic substances

2. Limestone water.
Limestone water was obtained by dissolving limestone in distilled water. The existence of limestone is very abundant and has a very abundant supply in the Java region, Indonesia.

3. Polyester resin BQTN.
The polyester resin was a low viscosity liquid resin, hardens at room temperature by using a catalyst without generating gas during testing, as many other resins. The main additive is a catalyst, a type of motivation for polyester resin, namely Methyl Ethyl Ketone Peroxide (MEKPO). The trigger serves to speed up the process of resin liquid hardening.

Methodology:
- Wettability (Wettability of fiber).
  Among others, the wettability parameter is determined by the contact angle formed between the matrix and the fiber surface and the interfacial bonding. A quantitative measure involving the contact angle (θ) between the fiber-matrix surfaces, namely giving a liquid that is placed on a solid surface, is shown in Fig. 2.

The smaller the contact angle, the better the wettability, so that the matrix as a fiber adhesive medium must have the ability to cover the surface area of the fiber optimally. The contact angle for optimum wetting is not more than 30°. Wettability is indicated by the contact angle (θ) between the solid fiber and the liquid matrix in the form of droplets [23].

Shrink contact between matrix and fiber to observe the amount of surface energy. Surface energy occurs between the fibers and the matrix to measure their bond. Surface energy consists of polar and dispersive components [24]. The polar component occurs due to the interaction of dipolar and dispersive due to the Van Der Waals forces between the material molecules [25]. Surface energy is measured by calculating the contact angle of polar and non-polar fluids on the surface of the fiber. Polar and non-polar fluids are distilled water and ethylene glycol.

- Interfacial shear strength (pull out).
The fibers are embedded in a matrix and are pulled apart, as shown in the figure. The interfacial shear strength is highly dependent on the quality of the bonds between the fibers/matrix.

The schematic of the shear stress test for coconut coir grown in a matrix with a depth of 3 mm is shown in Fig. 3.

The longitudinal tensile force on the fibers will produce shear in the fiber/matrix interface. When the fibers are pulled apart from the matrix, the interfacial shear strength occurs between the fibers/matrix.

5. Results of the effect of surface modification of coconut fibers on wettability and interface shear strength with the matrix

5.1. Results of the fiber surface morphology
The results of the fiber content test showed that the cellulose content in the process of immersing the fibers in the limestone water solution for 8 hours was 36.99 %. These results have a higher percentage value compared to the pre-treatment and other immersion processes.

The chemical composition of coconut coir before and after treatment is presented in Table 2.

| Notation | Immersion Time | Composition (weight) |
|----------|----------------|----------------------|
|          |                | Hemicellulose (%)    |
|          |                | Alpha Cellulose (%)  |
|          |                | Lignin (%)           |
| UT       | Untreated Specimen | 66.31      |
|          |                  | 33.89                |
|          |                  | 35.72                |
| T4H      | 4 Hours          | 60.05                |
|          |                  | 34.27                |
|          |                  | 36.24                |
| T8H      | 8 Hours          | 60.76                |
|          |                  | 36.99                |
|          |                  | 34.84                |
| T12H     | 12 Hours         | 60.76                |
|          |                  | 36.99                |
|          |                  | 34.84                |
| T16H     | 16 Hours         | 59.59                |
|          |                  | 32.06                |
|          |                  | 33.40                |
| T20H     | 20 Hours         | 57.38                |
|          |                  | 22.65                |
|          |                  | 34.25                |
The SEM test results of the coconut coir fiber surface, the fiber by soaking for 8 hours showed the results of the fiber surface that was cleaner. The fiber surface is 8 hours cleaner than the untreated and other treated fibers.

The surface morphology of the fibers before and after the immersion treatment is shown in Fig. 5–10.

5.2. Results of testing the wettability and surface energy of the fiber

The results of the wetness test showed that the fiber with the 8-hour treatment showed the smallest contact angle when compared to the untreated one and other treatments. In this treatment, it has a high surface energy, namely 40.74 mN/m, which is higher when compared to without treatment and other treatments. The results of the overall wetness test are shown in Table 3.

| Notation | Angle of contact (°) | Dispersion (mN/m) | Polarity (mN/m) | Surface Energy (mN/m) |
|----------|----------------------|------------------|----------------|---------------------|
| UT       | 71.89                | 0.17             | 35.56          | 36.77               |
| T4H      | 69.37                | 0.12             | 37.90          | 39.17               |
| T8H      | 68.54                | 0.10             | 39.72          | 40.74               |
| T12H     | 69.67                | 0.09             | 38.78          | 39.74               |
| T16H     | 70.32                | 0.11             | 37.73          | 38.78               |
| T20H     | 70.43                | 0.09             | 38.05          | 38.99               |

5.3. Results of the interfacial shear stress

Fig. 11 shows the results of the interfacial shear stress test. The results of the fiber shear stress test embedded in the matrix show that the fibers with an 8-hour immersion treatment have shear stress of 3.80 MPa. Fig. 14 shows the SEM of the fibers detached from the matrix. The image shows some of the fibers still attached to the matrix.

Fig. 12–17 show the Scanning Electron Microscopy (SEM) results of the fibers detached from the matrix.
Fig. 11. The relationship between immersion time and interfacial shear strength

Fig. 12. The main signature SEM coconut coir fibers detached from the matrix UT: a — surface matrix of coconut fiber loose holes; b — surface of the heterogeneities cross-sections of the matrix and coconut fiber

Fig. 13. The main signature SEM coconut coir fibers detached from the matrix T4H: a — surface matrix of coconut fiber loose holes; b — surface of the heterogeneities cross-sections of the matrix and coconut fiber

Fig. 14. The main signature SEM coconut coir fibers detached from the matrix T8H: a — surface matrix of coconut fiber loose holes; b — surface of the heterogeneities cross-sections of the matrix and coconut fiber

Fig. 15. The main signature SEM coconut coir fibers detached from the matrix T12H: a — surface matrix of coconut fiber loose holes; b — surface of the heterogeneities cross-sections of the matrix and coconut fiber

Fig. 16. The main signature SEM coconut coir fibers detached from the matrix T16H: a — surface matrix of coconut fiber loose holes; b — surface of the heterogeneities cross-sections of the matrix and coconut fiber

Fig. 17. The main signature SEM coconut coir fibers detached from the matrix T20H: a — surface matrix of coconut fiber loose holes; b — surface of the heterogeneities cross-sections of the matrix and coconut fiber

6. Discussion of the effect of surface modification of coconut fibers on wettability and interface shear strength with the matrix

The results showed that the effect of immersing coconut coir in limestone water could reduce the content of lignin, clean the surface/increase the roughness of the fibers, increase the level of wetness, and increase the interfacial shear stress. Limestone water as a fiber processing...
medium has added value, which is more environmentally friendly and more economical when compared to other studies [11, 14–16, 19, 21, 27] that use chemicals. The significant result of this research is the use of limestone water which can be used as a natural (environmentally friendly) fiber treatment medium, so that it can be used as fiber treatment that often uses chemical media.

The compositions of coir fibers that have and have not been treated with limestone water immersion have different chemical contents, as shown in Table 1. Fibers that are treated with limestone water immersion for 8 hours have the highest alpha-cellulose value (36.99%). The cellulose content in the 8-hour treatment increased, because the hemicellulose and lignin content was eroded by the limestone water solution, so that the percentage of hemicellulose and lignin decreased. This research was following the research that sodium hydroxide treatment can remove non-cellulose components [5, 28–30].

The surface of the treated and untreated fiber surface is shown in Fig. 5–10, whereas with chemical treatment the immersion times of 4, 8, 12, 16, and 20 hours. Fig. 5 shows the untreated fiber surface, the picture shows the presence of dirt, which is still attached to the fiber surface. The fiber surface indicates that the hemicellulose and lignin compositions are still attached to the fiber surface. In Fig. 7, fiber was immersed for 8 hours, the surface of the fiber looks clean, grooved regularly and rough. Fig. 7 shows that the lignin and hemicellulose composition has been eroded from the fiber surface [29, 30].

In Fig. 8–10, the fiber surface starts to look rough but grooved irregularly. The rough surface is caused by the cellulose component being eroded by the limestone water. The surface of the coconut fiber appears to be damaged, degraded by the time of immersion in limestone water.

The value of matrix and fiber adhesion can be seen from the wettability of the fibers. The wetting of the fibers can be determined by calculating the surface energy. Table 3 shows the contact angle and surface energy for untreated and treated fiber surfaces. The fiber surface starts to look rough but grooved irregularly. The rough surface is caused by the cellulose component being eroded by the limestone water. The surface of the coconut fiber appears to be damaged, degraded by the time of immersion in limestone water.

The increase was caused by the reaction between limestone and fiber surface. Degradation of fibers due to the immersion of limestone water for too long causes the fiber surface to be damaged and the cellulose content also decreases [33–35].

Fig. 12 results from the interfacial shear strength of the untreated fibers, showing a clean trace matrix. Fig. 12 shows that the fibers separated from the matrix leave no marks. Fig. 12 shows that the fibers and automatic bonding are not good enough. Fig. 13, 14 show the fibers that are released in the matrix better than in Fig. 12. The fibers that were released from the matrix appear as fibers left behind and the holes in the matrix look uneven, this indicates that the fibers and matrix bonding can occur properly. Other research have also shown that good adhesion between matrix and fiber occurs when the interface shear test occurs when the fiber surface is attached to the matrix [22].

Fig. 15–17 show the interface shear marks of the fiber and matrix. Fig. 15–17 show the surface of the fiber left on the polyester matrix, each showing the surface of the fibers left in the matrix is not as much as in Fig. 14. Fig. 15–17 show the ability of the matrix to bind to the fiber is not as good as in Fig. 14. Fiber surface has begun to break down and the cellulose content has decreased. Fiber that is too long soaked in a solution of lime water causes the fiber surface to become damaged.

Some of the problems in this study are the limitations of laboratory use in connection with the Covid 19 pandemic. We, as researchers, try hard to obtain data as a result of an investigation. The results of this research are the result of the hard work of the research team to improve knowledge, especially materials science.

Several things that make the disadvantages in this study are the selection of the starting material (coconut fiber) which has a variety of sizes and types. We hope that before carrying out the research process, the preparation of fiber types will approximately have the same diversity. This was to save laboratory costs which may be quite expensive. Research with a more thorough and systematic preparation will produce a better study.

Hopefully, in the future with this research, to produce useful data, it is necessary to add a simulation method or a mathematical method so that it can support this research using the experimental procedure. Some suggestions from the research team, before carrying out empirical research, it is better to do research using simulation methods. The data obtained from the simulation and experimental results can be compiled so as to produce good research.

The results of this research can be applied in the composite manufacturing industry. Coconut coir fiber, which has good properties, can be used as reinforcement for composite materials. Composite materials with natural fiber reinforcement have a huge opportunity. There is a need for materials (mostly composite materials) as industrial support.

7. Conclusions

1. Chemical analysis at 8 hours immersion content of cellulose has the highest percentage, namely 36.99 % when compared to other submerged and untreated fibers. This was because limestone water can clean the dirt that sticks to the
surface of the coconut coir fibers. Lignin and hemicellulose are degraded by limestone water.

2. After 8 hours of immersion, the wettability of the fibers increases, this was because the surface of the fibers was clean, rough and grooved. The matrix can penetrate inside, which causes the bond between the matrix and the fiber to be better.

3. The interfacial shear stress between the matrix and fibers increases. Coconut coir fiber has excellent compatibility with polyester resin, because of the Pull Out test results and fiber density and matrix. The fiber immersed in lime water for 8 hours has a shear stress value of 3.80 MPa, because the fiber for 8 hours of immersion has a good bond between the fiber and resin, according to the results of the scanning electron microscope. The immersion of the fibers in limestone water indicates the presence of resin that enters the fiber or the fiber surface can be firmly bound to the matrix.

Acknowledgments

Acknowledgments are addressed to the ministry of education and culture of the Republic of Indonesia and a doctoral dissertation research grant from Brawijaya University.

References

1. Mohan, T. P., Kanny, K. (2012). Chemical treatment of sisal fiber using alkali and clay method. Composites Part A: Applied Science and Manufacturing, 43 (11), 1989–1998. doi: https://doi.org/10.1016/j.compositesa.2012.07.012

2. Elanchezhian, C., Rammath, B. V., Ramakrishnan, G., Rajendrakumar, M., Naveen Kumar, V., Saravanakumar, M. K. (2018). Review on mechanical properties of natural fiber composites. Materials Today: Proceedings, 5 (1), 1785–1790. doi: https://doi.org/10.1016/j.matpr.2017.11.276

3. Madhu, P., Sanjay, M. R., Senthilrajan, P., Pradeep, S., Saravanakumar, S. S., Yogesh, B. (2018). A review on synthesis and characterization of commercially available natural fibers: Part-I. Journal of Natural Fibers, 16 (8), 1132–1144. doi: https://doi.org/10.1080/15440478.2018.1453433

4. Ponorogo, S. (2017). Indonesia, Negara Produsen Kelapa Terbesar di Dunia. Data Nat. Resour. potential Ponorogo Regency.

5. Kabir, M. M., Wang, H., Lau, K. T., Cardona, F. (2013). Effects of chemical treatments on hemp fibre structure. Applied Surface Science, 276, 13–23. doi: https://doi.org/10.1016/j.apsusc.2013.02.086

6. Khalil, H. P. S. A., Alwani, M. S., Omar, A. K. M. (2006). Chemical composition, anatomy, lignin distribution, and cell wall structure of Malaysian plant waste fibers. BioResources, 1 (2), 220–232. doi: https://doi.org/10.15376/biores.1.2.220-232

7. Munsri, P., Kumanopparat, T., Menut, P., Sirivattanayotin, S. (2011). Effect of lignin removal on the properties of coconut coir fiber/wheat gluten biocomposite. Composites Part A: Applied Science and Manufacturing, 42 (2), 173–179. doi: https://doi.org/10.1016/j.compositesa.2010.11.002

8. Aryan, M., Wardana, I. N. G., Praktiko, Irawan, Y. S. (2015). The morphology of coconut fiber surface under chemical treatment. Matéria (Rio de Janeiro), 20 (1), 169–177. doi: https://doi.org/10.1590/s1517-706220150001.0017

9. Cao, Y., Sakamoto, S., Goda, K. (2007). Effects of heat and alkali treatments on mechanical properties of kenaf fibers. 16-th International Conference on Composite Materials. Available at: http://www.iccm-central.org/Proceedings/ICCM16/proceedings/contents/pdf/MongG/MoGM1-02_y_cao223305p.pdf

10. Reddy, K. O., Maheswari, C. U., Shukla, M., Rajulu, A. V. (2012). Chemical composition and structural characterization of Napier grass fibers. Materials, 67 (1), 35–38. doi: https://doi.org/10.1016/j.matlet.2011.09.027

11. Ramamoorthy, S. K., Skrifvars, M., Rissenen, M. (2015). Effect of alkali and silane surface treatments on regenerated cellulose fibre type (Lyocell) intended for composites. Cellulose, 22 (1), 637–654. doi: https://doi.org/10.1007/s10570-014-0526-6

12. Mekalai, G. M., Kavitha, S. (2019). Eco Friendly Extraction and Physico-Chemical Characteristics of Cissus Quadrangularis stem fiber. International Journal of Advance Engineering and Research Development, 6 (06), 103–108.

13. Yilmaz, N. D. (2013). Effect of chemical extraction parameters on corn husk fibres characteristics. Indian J. Fibre Text. Res., 38 (1), 29–34.

14. Raharjo, W. P., Soenoko, R., Irawan, Y. S., Supranto, A. (2017). The Influence of Chemical Treatments on Cantala Fiber Properties and Interfacial Bonding of Cantala Fiber/Recycled High Density Polyethylene (rHDPE). Journal of Natural Fibers, 15 (1), 98–111. doi: https://doi.org/10.1080/15440478.2016.1145583

15. Herлина Sari, N., Wardana, I. N. G., Irawan, Y. S., Siswanto, E. (2017). Characterization of the Chemical, Physical, and Mechanical Properties of NaOH-treated Natural Cellulosic Fibers from Corn Husks. Journal of Natural Fibers, 15 (4), 545–558. doi: https://doi.org/10.1080/15440478.2017.1340707

16. Suryanto, H., Marsyahyo, E., Irawan, Y. S., Soenoko, R. (2014). Morphology, Structure, and Mechanical Properties of Natural Cellulose Fiber from Mendong Grass (Fimbristylis globulosa). Journal of Natural Fibers, 11 (4), 333–351. doi: https://doi.org/10.1080/15440478.2013.879087

17. Suryanto, H., Review Serat Alam : Komposisi, Struktur, Dan Sifat Mekanis. Available at: https://www.researchgate.net/profile/Heru_Suryanto3/publication/309421363_REVIEW_SERAT_ALAM_KOMPOSISI_STRUKTUR_DAN_SIFAT_MEKANIS/links/00e459308ae2e087afe9d/REVIEW-SERAT-ALAM-KOMPOSISI-STRUKTUR-DAN-SIFAT-MEKANIS.pdf

18. Eral, H. B., de Ruiter, J., de Ruiter, R., Oh, J. M., Semprebon, C., Brinkmann, M., Mugele, F. (2011). Drops on functional fibers: from barrels to clamshells and back. Soft Matter, 7 (11), 5138. doi: https://doi.org/10.1039/c0sm01403f

19. Raharjo, W. P., Soenoko, R. (2019). Effect of chemical treatment on wettability of Zalacca fibres as composites reinforcements. IOP Conference Series: Materials Science and Engineering, 494, 012007. doi: https://doi.org/10.1088/1757-899x/494/1/012007
20. Bledzki, A., Gassan, J. (1999). Composites reinforced with cellulose based fibres. Progress in Polymer Science, 24 (2), 221–274. doi: https://doi.org/10.1016/s0079-6700(98)00018-3
21. Bisanda, E. T. N. (2000). The Effect of Alkali Treatment on the Adhesion Characteristics of Sisal Fibres. Applied Composite Materials, 7, 331–339. doi: https://doi.org/10.1023/A:1026586023129
22. Luz, F. S. da, Ramos, F. J. H. T. V., Nascimento, L. F. C., Figueiredo, A. B.-H. da S., Monteiro, S. N. (2018). Critical length and interfacial strength of PAlF and coir fiber incorporated in epoxy resin matrix. Journal of Materials Research and Technology, 7 (4), 528–534. doi: https://doi.org/10.1016/j.jmrt.2018.04.025
23. Orue, A., Jauregi, A., Peña-Rodriguez, C., Labidi, J., Eceiza, A., Arbelaz, A. (2015). The effect of surface modifications on sisal fiber properties and sisal/poly (lactic acid) interface adhesion. Composites Part B: Engineering, 73, 132–138. doi: https://doi.org/10.1016/j.compositesb.2014.12.022
24. Wu, Z., Shi, C., Khayat, K. H. (2018). Multi-scale investigation of microstructure, fiber pullout behavior, and mechanical properties of ultra-high performance concrete with nano-CaCO3 particles. Cement and Concrete Composites, 86, 255–265. doi: https://doi.org/10.1016/j.cemconcomp.2017.11.014
25. Ferreira, S. R., Silva, F. de A., Lima, P. R. L., Toledo Filho, R. D. (2017). Effect of hornification on the structure, tensile behavior and fiber matrix bond of jute, jute and curauá fiber cement based composite systems. Construction and Building Materials, 139, 551–561. doi: https://doi.org/10.1016/j.conbuildmat.2016.10.004
26. Juikar, S. J., Vigneshwaran, B. (2017). Extraction of nanolignin from coconut fibers by controlled microbial hydrolysis. Industrial Crops and Products, 109, 420–425. doi: https://doi.org/10.1016/j.indcrop.2017.08.067
27. Mwalikambo, L. Y., Ansell, M. P. (2002). Chemical modification of hemp, sisal, jute, and kapok fibers by alkalization. Journal of Applied Polymer Science, 84 (12), 2222–2234. doi: https://doi.org/10.1002/app.10460
28. Palungan, M. B., Soenoko, R., Irawan, Y. S., Purnovidodo, A. (2017). The effect of fumigation treatment towards agave cantala Roxb fibre strength and morphology. Journal of Engineering Science and Technology, 12 (5), 1399–1414.
29. Rashid, B., Leman, Z., Jawaid, M., Ghazali, M. J., Ishak, M. R., Abdelgnei, M. A. (2017). Dry sliding wear behavior of untreated and treated sugar palm fiber filled phenolic composites using factorial technique. Wear, 380-381, 26–35. doi: https://doi.org/10.1016/j.wear.2017.03.011
30. Suryanto, H., Marisyahyo, E., Irawan, Y. S., Soenoko, R. (2013). Effect of Alkali Treatment on Crystalline Structure of Cellulose Fiber from Mendong (Fimbristylis globulosa) Straw. Key Engineering Materials, 594-595, 720–724. doi: https://doi.org/10.4028/ www.scientific.net/kem.594-595.720
31. Pietak, A. M., Reid, J. W., Stott, M. J., Sayer, M. (2007). Silicon substitution in the calcium phosphate bioceramics. Biomaterials, 28 (28), 4023–4032. doi: https://doi.org/10.1016/j.biomaterials.2007.05.003
32. Feresenbet, E., Raghavan, D., Holmes, G. A. (2003). The influence of silane coupling agent composition on the surface characterization of fiber and on fiber-matrix interfacial shear strength. The Journal of Adhesion, 79 (7), 643–665. doi: https://doi.org/10.1080/0021846030953580
33. Wielage, B., Lampke, T., Marx, G., Nestler, K., Starke, D. (1999). Thermogravimetric and differential scanning calorimetric analysis of natural fibres and polypropylene. Thermochimica Acta, 337 (1-2), 169–177. doi: https://doi.org/10.1016/s0040-6031(99)00161-6
34. Gierlinger, N., Goswami, L., Schmidt, M., Burgert, I., Coutand, C., Rogge, T., Schwanninger, M. (2008). In Situ FT-IR Microscopic Study on Enzymatic Treatment of Poplar Wood Cross-Sections. Biomacromolecules, 9 (8), 2194–2201. doi: https://doi.org/10.1021/bm800300b
35. Schulz-Ekloff, G., Wöhrl, D., van Duffel, B., Schoonheydt, R. A. (2002). Chromophores in porous silicas and minerals: preparation and optical properties. Microporous and Mesoporous Materials, 51 (2), 91–138. doi: https://doi.org/10.1016/s1387-1811(01)00455-3